Monolayer transition metal dichalcogenides (TMDCs) are direct gap semiconductors with unique potential for ultrathin light emitters. Yet, their photoluminescence (PL) is not completely understood. We compute the radiative recombination rate in monolayer TMDCs as a function of photon emission direction and polarization, and obtain polar plots of the PL for different excitation scenarios using the \( \text{ab initio} \) Bethe-Salpeter equation. We show that excitons in a quantum superposition state of the \( K \) and \( K' \) inequivalent valleys emit light anisotropically upon recombination. Our results can explain the PL anisotropy and polarization dependence measured in recent experiments, and predict new light emission regimes. When averaged over emission angle and exciton momentum, our new treatment recovers the temperature dependent radiative lifetimes we previously derived. Our work provides a first-principles approach to study light emission in two-dimensional materials.
Hamiltonian $H^{\text{int}} = \frac{\epsilon}{c} \mathbf{A} \cdot \mathbf{p}$, where $\mathbf{p}$ is momentum and $\mathbf{A}$ is the vector potential in second quantized form [34]. Following our previous work [9], we employ Fermi’s golden rule to obtain the exciton radiative decay rate:

$$\gamma_S(Q) = \frac{2\pi}{\hbar} \sum_{\lambda q} |\langle G, 1_{\lambda q} | H^{\text{int}} | Q, 0 \rangle|^2 \delta(E_S(Q) - \hbar c q)$$

$$= \frac{\pi \epsilon^2}{\epsilon_0 m^2 c V} \sum_{\lambda q} \frac{1}{q} |\mathbf{e}_{\lambda q} \cdot \mathbf{p}_S(Q)|^2 \delta(E_S(Q) - \hbar c q)$$

(2)

where the initial state $|Q, 0 \rangle$ is an exciton with no photon, and the final state $|G, 1_{\lambda q} \rangle$ the ground state with one emitted photon. The sum runs over two polarizations.

\[
\gamma_S(Q) = \gamma_S(0) \cdot \left( \frac{E_S(0)}{\sqrt{E_S(Q) - \hbar^2 c^2 Q^2}} \right) \left\{ \frac{-p_{Sx}}{p_S} \sin \varphi + \frac{p_{Sy}}{p_S} \cos \varphi \right\}_{\text{IP}}^2 + \frac{E_S(0)^2 - \hbar^2 c^2 Q^2}{E_S(Q)^2} \left\{ \frac{|p_{Sx}|}{p_S} \cos \varphi + \frac{|p_{Sy}|}{p_S} \sin \varphi \right\}_{\text{OOP}}^2
\]

(4)

where $E_S(0)$ is the exciton energy computed with the BSE, $E_S(Q)$ the finite-momentum exciton energy, and $\gamma_S(0) = \frac{\epsilon^2 \gamma^2}{\epsilon_0 m c^2 E_S(0)}$ the radiative rate for $Q = 0$; the two terms in curly brackets correspond, respectively, to the IP and OOP emitted photon polarizations. Due to momentum conservation, there is an upper value of $Q = Q_0$ for radiative decay, given by the light-cone condition $E_S(Q_0) = \hbar c Q_0$; the radiative rate vanishes for $Q > Q_0$.

We compute the dependence of the radiative rate on the polar angle $\theta$ between the photon emission direction and the layer normal (see Fig. 1). Using $E_S(Q) \approx E_S(0)$ due to the very small exciton momentum inside the light cone, together with simple geometric arguments, we have:

$$\sqrt{E_S^2(Q) - \hbar^2 c^2 Q^2} \approx \frac{\sqrt{E_S^2(Q) - \hbar^2 c^2 Q^2}}{E_S(Q)} = \cos \theta.$$  

(5)

Substituting in Eq. 4, and using $\gamma_S(\theta, \varphi) = \gamma_S(Q) \cos \theta$ [39], we obtain the radiative rates for light emitted with IP and OOP polarizations:

$$\gamma_S^{\text{IP}}(\theta, \varphi) = \gamma_S(0) \left| \frac{-p_{Sx}}{p_S} \sin \varphi + \frac{p_{Sy}}{p_S} \cos \varphi \right|^2$$

(6)

$$\gamma_S^{\text{OOP}}(\theta, \varphi) = \gamma_S(0) \cos^2 \theta \left| \frac{|p_{Sx}|}{p_S} \cos \varphi + \frac{|p_{Sy}|}{p_S} \sin \varphi \right|^2.$$  

(7)
Since the intensity of light emitted at a given angle is proportional to the radiative rate, these equations can provide polar plots of the PL. The IP and OOP contributions, which can be measured separately in experiments able to discern the PL polarization, can be added together to obtain the total PL intensity.

An important point is that the lowest-energy exciton responsible for light emission (so-called bright A 1s exciton [8, 9]) is two-fold degenerate in 2D-TMDCs due to the valley degeneracy. These degenerate excitons, called here |$S_1$⟩ and |$S_2$⟩, are orthogonal but randomly oriented in their degenerate subspace when the BSE Hamiltonian is diagonalized numerically at Q = 0. They can be rotated in the degenerate subspace to new states |$S_i'$⟩ = $M_{ij}$ |$S_j$⟩ using a unitary matrix M in SU(2) [40]:

$$M(u, \theta_1, \theta_2) = \left( \begin{array}{cc} u & \sqrt{1 - |u|^2} e^{-i(\theta_1 - \theta_2)} \\ \sqrt{1 - |u|^2} e^{i(\theta_1 - \theta_2)} & \frac{1}{u} \end{array} \right)$$

where u, $\theta_1$ and $\theta_2$ are independent parameters defining the transformation. Since excitons are represented by coefficients $A_{vc}^{S_i}$ in the electron-hole basis employed to solve the BSE [33, 41], the rotation is accomplished by transforming the exciton coefficients as $(A_{vc}^{S_i})^T = M \cdot (A_{vc}^{S_i})^T$, where T is the transpose.

In the following, the transformed excitons |$S_i'$⟩ are chosen as those physically relevant in selected excitation scenarios of interest. The square modulus of their coefficients, |$A_{vc}^{S_i'}|^2$, define the probability to find the exciton in the K and K' valleys. The exciton dipoles, by virtue of their definition $p_{S_i} = \langle G | p | S_i \rangle$, transform in the same way as the exciton states, namely $p_{S_i'} = p_{S_i} = M_{ij} p_{S_j}$. The dipoles $p_{S_i'}$ of the transformed excitons determine their radiative rate through Eq. 4.

Figure 2 shows different excitation and light emission scenarios. For each case, we plot the exciton weights |$A_{vc}^{S_i'}|^2$ on the two valleys and the radiative rate – which is proportional to the intensity of the PL signal – as a function of in-plane light emission angle $\varphi$ at a fixed polar angle $\theta$. The results shown here are for WSe$_2$, but similar trends also hold for other 2D-TMDCs.

Fig. 2(a) focuses on excitons generated with circularly polarized light. We transform the BSE eigenvectors to obtain two excitons |$S_{1,2}$⟩ each located entirely on one valley. We find that the PL for these excitons is isotropic about the layer normal, regardless of the angle $\theta$ at which light emission is detected. The isotropic PL is consistent with the fact that circularly polarized photons cannot break the in-plane rotational symmetry of 2D-TMDCs.

In Fig. 2(b), we form excitons with unequal weights on the K and K’ valleys, which can be directly excited with light or result from decoherence processes. By placing more weight on either valley, the isotropic PL pattern is broken – the radiative rate becomes greater along a specific direction, and the PL is anisotropic.

Figure 2(c) focuses on excitons generated with incident light linearly polarized in the $E_{inc}$ direction. We form two excitons |$S_{1,2}$⟩ with, respectively, dipoles $p_1$ parallel and $p_2$ perpendicular to $E_{inc}$. With this choice, only |$S_1$⟩ is excited since $|p_2 \cdot E_{inc}| = 0$. Consistent with the optical valley rule, the resulting exciton |$S_1$⟩ is an equal superposition state of the K and K’ valleys, further proving the validity of our rotation procedure. The IP and OOP polarized emission rates, along with their sum, are shown for two emission polar angles, $\theta = 60^\circ$ and $\theta = 0^\circ$. The IP polarized emission is stronger than the OOP at $\theta = 60^\circ$, leading to a total PL that is anisotropic and maximal in the in-plane direction normal to the incident light.
polarization. For $\theta = 0$ (i.e., in the layer-normal direction) the two contributions are equal in magnitude and the resulting PL is isotropic. Both the IP and OOP polarizations lie in the $xy$ plane in the $\theta \to 0$ limit, and the emitted photons are polarized in the $\mathbf{E}_{\text{inc}}$ direction.

As seen from Eqs. 6–7, the OOP and IP radiative rates and PL signals are rotated by $\varphi = \pi/2$ with respect to one another, and their ratio is:

$$\frac{\gamma_{S}^{\text{OOP}}(\varphi + \pi/2)}{\gamma_{S}^{\text{IP}}(\varphi)} = \cos^2(\theta) \leq 1. \quad (9)$$

This result explains why recent experiments [22] observe a stronger PL signal polarized in plane compared to out of plane. When the linear polarization direction of the light that excites the sample is rotated (not shown), we find that only the total phase of the exciton wavefunction changes, and the PL pattern in Fig. 2(c) is unchanged but reoriented according to the linear polarization direction, in agreement with the measurements in Ref. [22].

There is an important subtlety in the interpretation of recent PL measurements [22–24]. Due to the small size of the samples, the PL is typically collected through a microscope, measured in the layer-normal direction, and then passed through a polarizer or analyzer [23, 24]. The resulting polar plots of the PL as a function of the angle $\alpha$ between the polarizer and the incident polarization exhibit a $\cos(2\alpha)$ trend [22–24]. In these works, we feel that the dependence of the PL on the polarizer angle $\alpha$ has not been clearly differentiated from the PL dependence on emission direction. We stress that the PL anisotropy computed as a function of emission angle $\varphi$ in Fig. 2(b,c) is distinct from the PL anisotropy measured as a function polarizer angle $\alpha$, which can be readily explained with our approach.

In the $\theta \to 0$ limit probed experimentally, the radiative rate in Eq. 2 is $\gamma_{S} \propto \sum_{\lambda} |\mathbf{e}_{\lambda q}|^2 |\mathbf{p}_{S}|^2$. For excitation with polarization along $\mathbf{x}$, which induces a dipole $\mathbf{p}_{S} = p_{S} \mathbf{x}$, collecting light through a polarizer oriented at angle $\alpha$ gives $\gamma_{S} \propto p_{S}^2 \sum_{\lambda} |(A_{\alpha} \mathbf{e}_{\lambda q}) \cdot \mathbf{x}|^2$, where $A_{\alpha}$ is the Jones matrix [42]

$$A_{\alpha} = \begin{pmatrix} \cos^2 \alpha & \cos \alpha \sin \alpha \\ \cos \alpha \sin \alpha & \sin^2 \alpha \end{pmatrix} \quad (10)$$

For $\theta \to 0$, one obtains easily $\gamma_{S}(\alpha) \propto p_{S}^2 \cos^2 \alpha$, a result that also holds for arbitrary $\theta$. As a consequence, we predict a PL intensity as a function of polarizer angle $I(\alpha) = I_{0} \cos^2 \alpha = I_{0}[1 + \cos(2\alpha)]/2$ (see Fig. 3), which explains the $\cos(2\alpha)$ angular dependence observed in the PL measurements [22–24].

Also shown in Fig. 3 is the expected PL intensity including exciton decoherence effects, which has a trend of $I(\alpha) = A_{1} + A_{2} \cos(2\alpha)$ ($A_{1}$ are numerical constants). Two mechanisms can induce exciton decoherence, including $T_{1}$ relaxation processes, in which the exciton weights on the K and K’ valleys vary due to intervalley scattering, resulting in exciton wavefunctions similar to Fig. 2(b), and $T_{2}$ relaxation processes, in which the valley weights remain equal, but the exciton dipole – and thus the polarization – rotates by a random angle. Decoherence due to both processes opens a neck opens in the $I(\alpha)$ PL polar plot (see Fig. 3) since a polarizer placed normal to the incident polarization will measure a non-zero signal. Recent measurements of $T_{2}$ times of $\sim350$ fs [23, 24] at low temperature, where the radiative lifetime is of order 1–10 ps [9], justify the significant loss of polarization observed experimentally [23, 24].

Microscopically, exciton dynamics between formation and radiative recombination is intricate. While we treated the bright A 1s exciton as two-fold degenerate, recent work has shown that two exciton branches with a very small energy difference (~1 meV in MoS$_{2}$) are present at the light cone due to the exchange interaction [37]. These exciton branches correspond to a particular basis in the nearly degenerate pseudospin space. In our notation, excitons in the lower branch with parabolic dispersion couple only to IP polarized light, and excitons in the upper branch with $\nu$-shaped dispersion only to OOP polarized light [37]. Our approach, which treats these branches as degenerate, forms a single exciton $|S_{1}\rangle$ that contributes to both IP and OOP polarized emission, which is equivalent to summing over the nearly degenerate branches in Ref. [37].

On this basis, mechanisms that scatter excitons between the two nearly degenerate branches result in loss of exciton polarization, while mechanisms leading to change in exciton momentum $Q$ within the same branch enable emission at all angles while keeping the polarization fixed. The vast amount of experimental data [22, 23, 43, 44] showing that the incident polarization is partially retained in the PL, while light is emitted in all directions [23, 43], lead us to speculate that intra-branch exciton scattering is faster than inter-branch at low temperature, likely due to scattering with defects that rapidly reorients the exciton momentum. These conditions are essential to observe the anisotropic PL we predict at $\theta \neq 0$ in Fig. 2(c), where excitation with linearly polarized light yields a PL with maximal intensity in the in-plane direction normal to the exciton dipole (as in classical dipole radiation) rather than parallel to the exciton dipole as in the $I(\alpha)$ plots. To our knowledge, such direction dependent measurements have not yet been carried out.

Lastly, we stress that our treatment generalizes the radiative rates derived in our previous work [9] under the assumption of isotropic exciton dipoles. When $p_{x}$ is real and oriented along the $x = y$ direction, so that $p_{x}$ and $p_{y}$ are equal, Eq. 4 reduces to our previously derived formula [9], $\gamma_{S}(Q) = \gamma_{S}(0) \cdot \sqrt{1 - \hbar^{2}c^{2}Q^{2}/E_{S}^{2}(Q)}$ [45]. The temperature dependence of the radiative rates in Ref. [9] can also be recovered within the treatment presented here. The results discussed so far neglect thermal effects, and assume that excitons with any momentum
are available for light emission. Exciton decoherence due to Coulomb and electron-phonon interactions occurs on a ps timescale [27], which is comparable with the radiative lifetime (1–10 ps) at low temperature and faster than the radiative lifetime (1–10 ns) at room temperature [9]. As the temperature increases, excitons are thus expected to decay radiatively from a thermal equilibrium distribution over $Q$. To include thermal effects (see Supplemental Material [39]), we average the radiative rate in Eq. 4 over momentum $Q$ and obtain temperature dependent radiative rates, which when averaged over the emission angle $\varphi$ give the temperature dependent radiative lifetime derived in our previous work [9]:

$$\langle \tau_s \rangle(T) = \langle \gamma_s \rangle^{-1} = \gamma_s^{-1}(0) \cdot \frac{3}{4} \left( \frac{E_s(0)^2}{2 M_s c^3 k_B T} \right)^{-1}.$$  \hspace{1cm} (11)

The few ps lifetimes at low temperature and few ns room temperature lifetimes we predicted with this formula [9] have now been confirmed by several experiments [11–15].

In summary, we presented a general ab initio method to compute the radiative rate and PL as a function of direction and polarization in 2D semiconductors. The new treatment reveals the inherently anisotropic PL of 2D-TMDCs and its dependence on polarization, valley occupation and decoherence. These results advance microscopic understanding of light emission in 2D-TMDCs.

H.-Y.C thanks the Taiwan Ministry of Education for fellowship support. M.B. acknowledges support by the National Science Foundation under Grant ACI-1642443, and partial support from the Space Solar Program Initiative at the California Institute of Technology. M.P. acknowledges financial support from the specific initiative NEMESYS of the Italian National Institute of Nuclear Physics (INFN) and EC for the RISE project CoExAN GA644076. D.S. acknowledges funding from the European Union project MaX Materials design at the eXascale H2020-EINFRA-2015-1, Grant Agreement No.

676598 and Nanoscience Foundries and Fine Analysis - Europe H2020-INFRAIA-2014-2015, Grant Agreement No. 654360. This research used resources of the National Energy Research Scientific Computing Center, a DOE Office of Science User Facility supported by the Office of Science of the U.S. Department of Energy under Contract No DE-AC02-05CH11231.

* bmarco@caltech.edu

[1] Q. H. Wang, K. Kalantar-Zadeh, A. Kis, J. N. Coleman, and M. S. Strano, Nat. Nanotechnol. 7, 699 (2012).
[2] G. Eda and S. A. Maier, ACS Nano 7, 5660 (2013).
[3] M. Bernardi, C. Ataca, M. Palummo, and J. C. Grossman, Nanophotonics 6, 479 (2017).
[4] M. Bernardi, M. Palummo, and J. C. Grossman, Nano Lett. 13, 3664 (2013).
[5] L. Britnell, R. M. Ribeiro, A. Eckmann, R. Jalil, B. D. Belle, A. Mishchenko, Y.-J. Kim, R. V. Gorbachev, T. Georgiou, S. V. Morozov, A. N. Grigorenko, A. K. Geim, C. Casiraghi, A. H. C. Neto, and K. S. Novoselov, Science 340, 1311 (2013).
[6] J. Wong, D. Jariwala, G. Tagliabue, K. Tat, A. R. Davoyan, M. C. Sherrrott, and H. A. Atwater, ACS Nano 11, 7230 (2017).
[7] A. Splendiani, L. Sun, Y. Zhang, T. Li, J. Kim, C.-Y. Chin, G. Galli, and F. Wang, Nano Lett. 10, 1271 (2010).
[8] K. F. Mak, C. Lee, J. Hone, J. Shan, and T. F. Heinz, Phys. Rev. Lett. 105, 136805 (2010).
[9] M. Palummo, M. Bernardi, and J. C. Grossman, Nano Lett. 15, 2794 (2015).
[10] M. Amarni, D.-H. Lien, D. Kiriya, J. Xiao, A. Azcatl, J. Noh, S. R. Madhvapathy, R. Addou, S. KC, M. Dubey, K. Cho, R. M. Wallace, S.-C. Lee, J.-H. He, J. W. Ager, X. Zhang, E. Yablonovitch, and A. Javey, Science 350, 1065 (2015).
[11] A. J. Goodman, A. P. Willard, and W. A. Tisdale, Phys. Rev. B 96, 121404 (2017).
[12] H. Shi, R. Yan, S. Bertolazzi, J. Brivio, B. Gao, A. Kis, D. Jena, H. G. Xing, and L. Huang, ACS Nano 7, 1072 (2013).
[13] T. Korn, S. Heydrich, M. Hirmer, J. Schmutzler, and C. Schüller, Appl. Phys. Lett. 99, 102109 (2011).
[14] D. Lagarde, L. Bouet, X. Marie, C. R. Zhu, B. L. Liu, T. Amand, P. H. Tan, and B. Urbaszek, Phys. Rev. Lett. 112, 047401 (2014).
[15] L. Yuan, T. Wang, T. Zhu, M. Zhou, and L. Huang, J. Phys. Chem. Lett. 8, 3371 (2017).
[16] W. Yao, D. Xiao, and Q. Niu, Phys. Rev. B 77, 235406 (2008).
[17] T. Cao, G. Wang, W. Han, H. Ye, C. Zhu, J. Shi, Q. Niu, P. Tan, E. Wang, B. Liu, and J. Feng, Nat Commun. 3, 887 (2012).
[18] X. Xu, W. Yao, D. Xiao, and T. F. Heinz, Nat. Phys. 10, 343 (2014).
[19] H. Zeng, J. Dai, W. Yao, D. Xiao, and X. Cui, Nat. Nanotech. 7, 490 (2012).
[20] K. F. Mak, K. He, J. Shan, and T. F. Heinz, Nat. Nanotech. 7, 494 (2012).
[21] D. Xiao, G.-B. Liu, W. Feng, X. Xu, and W. Yao, Phys. Rev. Lett. 108, 196802 (2012).
[22] A. M. Jones, H. Yu, N. J. Ghimire, S. Wu, G. Aivazian, J. S. Ross, B. Zhao, J. Yan, D. G. Mandrus, D. Xiao, W. Yao, and X. Xu, Nat. Nanotech. 8, 634 (2013).
[23] G. Wang, X. Marie, B. Liu, T. Amand, C. Robert, F. Cadiz, P. Renucci, and B. Urbaszek, Phys. Rev. Lett. 117, 187401 (2016).
[24] Z. Ye, D. Sun, and T. F. Heinz, Nat. Phys. 13, 26 (2017).
[25] T. Yu and M. W. Wu, Phys. Rev. B 89, 205303 (2014).
[26] T. Yu and M. W. Wu, Phys. Rev. B 93, 045414 (2016).
[27] G. Wang, X. Marie, B. Liu, T. Amand, C. Robert, F. Cadiz, P. Renucci, and B. Urbaszek, Phys. Rev. Lett. 117, 187401 (2016).
[28] Z. Ye, D. Sun, and T. F. Heinz, Nat. Phys. 13, 26 (2017).
[29] T. Yu and M. W. Wu, Phys. Rev. B 89, 205303 (2014).
[30] T. Yu and M. W. Wu, Phys. Rev. B 93, 045414 (2016).
[31] G. Wang, X. Marie, B. Liu, T. Amand, C. Robert, F. Cadiz, P. Renucci, and B. Urbaszek, Phys. Rev. Lett. 117, 187401 (2016).
[32] Z. Ye, D. Sun, and T. F. Heinz, Nat. Phys. 13, 26 (2017).
[33] T. Yu and M. W. Wu, Phys. Rev. B 89, 205303 (2014).
[34] T. Yu and M. W. Wu, Phys. Rev. B 93, 045414 (2016).
[35] In practice, we use the velocity operator, and compute the transition dipole as \( \mathbf{p}_S(\mathbf{Q}) = (-im/\hbar) \langle G | \mathbf{x}, H | S \mathbf{Q} \rangle \) to correctly include the non-local part of the Hamiltonian [46].
[36] M. Gatti and F. Sottile, Phys. Rev. B 88, 155113 (2013).
[37] D. Y. Qiu, T. Cao, and S. G. Louie, Phys. Rev. Lett. 115, 176801 (2015).
[38] The IP and OOP polarizations are also referred to in the literature as the horizontal and vertical polarizations, respectively, or the transverse (IP) and longitudinal (OOP) polarizations in Ref. [37].
[39] See Supplemental Material at [URL] for detailed derivations of Eq. (4), Eqs. (6–7), and Eq. (11).
[40] B. Hall, Lie Groups, Lie Algebras, and Representations: an Elementary Introduction (Springer, 2015).
[41] M. Rohlfing and S. G. Louie, Phys. Rev. B 62, 4927 (2000).
[42] R. C. Jones, J. Opt. Soc. Am. 31, 488 (1941).
[43] G. Wang, C. Robert, M. M. Glazov, F. Cadiz, E. Courtade, T. Amand, D. Lagarde, T. Taniguchi, K. Watanabe, B. Urbaszek, and X. Marie, Phys. Rev. Lett. 119, 047401 (2017).
[44] R. Schmidt, A. Arora, G. Plechinger, P. Nagler, A. Granados del Águila, M. V. Ballottin, P. M. Christianen, S. Michaelis de Vasconcellos, C. Schüller, T. Korn, and R. Bratschitsch, Phys. Rev. Lett. 117, 077402 (2016).
[45] We remark that \( \gamma_S(0) = \frac{e^2 p^2_S}{\epsilon_0 m^2 c^2 \mathcal{E}_S(0)} \) derived here is a factor of 2 smaller than in Ref. [9], where the unit vector along the exciton dipole was taken to be \( \hat{x} + \hat{y} \), and thus incorrectly normalized to \( \sqrt{2} \) instead of 1. Note also that here we use SI units, whereas Ref. [9] uses CGS units, in which \( \epsilon_0 = 1/4\pi \), and further substitutes \( p^2_S = m^2 \mathcal{E}_S^2(0) \mu^2 / \hbar^2 \).
[46] D. Sangalli, J. A. Berger, C. Attaccalite, M. Grünig, and P. Romaniello, Phys. Rev. B 95, 155203 (2017).